N iels A sger M ortensen<br>C rystal Fibre A /S, B lokken 84, D K -3460 B irker d, D enm ark<br>M artin D ybendal N ielsen<br>C rystal F ibre A /S, B lokken 84, D K -3460 B irker d, D enm ark COM, Technical U niversity of D enm ark, D K -2800 K ongens Lyngby, Denm ark


#### Abstract

C ladding structures of photonic band-gap bers often have air-holes of noncircular shape and, typically, close-to-hexagonal air holes w ith curved comers are observed. W e study photonic band-gaps in such structures by aid of a tw oparam eter representation of the size and curvature. For the findam entalbandgap we nd that the band-gap edges (the intersections with the air line) shif tow ard shorter wavelengths when the air- lling fraction $f$ is increased. T he band-gap also broadens and the relative band-w idth increases exponentially w ith $f^{2}$. Com paring to recent experim ents $\mathbb{N}$ ature 424, 657 (2003)] we nd very good agreem ent.


c 2022 o ptical Society of A m erica
O C IS codes: 060 2280, 060.0060

In air-silica photonic crystal bers (PCFs) an arrange$m$ ent of air-holes running along the full length of the ber provides the con nem ent and guidance of light in a defect region. For photonic band-gap (P B G) guiding PCFs the air-holes have been arranged in various ways such as in a triangular lattis but honey-com and kagom arrangem ents are other options. C regan et $\overline{\text { a }}$ have dem onstrated that light can be guided in an aircore by m eans of the PBG e ect and this observation has stim ulated an avalanche of both basic an lied research. For recent review $s$ we refer to $R$ efs and references therein.

From a modeling point of view the air-holes are generally assum ed circuld and for bers fabricated by the stack-and-pull $m$ ethod this is also typically what is observed for $m$ oderate air- lling fraction $H$ ow ever, for the high air- lling fractions $\mathrm{f}>0: 8$ recently employed for PBG guidance the air-holes tend to be noncircula From a simple geom etric consideration it is


F ig. 1. The right panel show s a scanning-electron m icrograph of the cladding structure of a PBG ber with a pitch of , $2: 7 \mathrm{~m}$. The left panel ilhustrates the tw o-param eter representation of the air-hole shape.
easily shown that the theoretical upper lim it of the airlling fraction in a structure ofclose packed circular voids is $f==\left(\begin{array}{ll}2 & \overline{3}\end{array}\right)$, $0: 91$. Hence, design and fabrication of air-core P B G bers call for a detailed m odeling of the spectral position of the P BGswhich goes beyond the assum ption of circular air holes. In this Letter we consider the triangular cladding arrangem ent (w ith a pitch ) rst em ployed by $C$ regan et a but for the air-hol-....ake the non-circular shape observed recently in Ref nto account. From scanning-electron $m$ icrographs (SEM s) we nd that the air-holes are ffever-all hexagonal shape w ith curved come - F if this conclusion was also em phasized in Re. This suggests that the holes can be param etrized by uw o param eters; the edge-to-edge distance $D$ (corresponding to the diam eter of a circular airhole) and the diam etor of curvature, $\mathrm{D}_{\mathrm{c}}$, at the comers (see left panelofF if . In this tw o-param eter representation the air- lling rraction is given by

$$
\begin{align*}
& f=\frac{A_{\text {hex }}(D) \quad A_{\text {hex }}\left(D_{c}\right)+A_{\text {circ }}\left(D_{c}\right)}{A_{\text {hex }}()} \\
& =\underline{D}^{2} 1 \quad 1 \quad \frac{P}{2 \overline{3}} \quad \frac{D_{c}}{D}{ }^{2} \tag{1}
\end{align*}
$$

$w$ here $A_{\text {hex }}(x)={ }^{P} \overline{3} x^{2}=2$ and $A_{\text {circ }}(x)=(x=2)^{2}$ are the areas of a hexagon (w th edge-to-edge distance $x$ ) and a circle (of diam eter x ), respectively.

For the optical properties we apply M axwell's equations to a m acroscopic and isotropic loss-less dielectric $m$ edium and assum e a linear dependence of the displace$m$ ent eld on the electrical eld. W e consider a harm onic $m$ ode $H \quad(r ; t)=H$ ! $(r) e^{i!t} w$ th angular frequency ! and substituting into $M$ axw ell's equations the $m$ agnetic- eld


Fig. 2. $P$ lot of $=k$ versus $k$ ? along principal directions in the B rillouin zone for $=14: 45$ and a structuro with $D==0: 96$ and $D{ }_{c}==0: 55$ (see inset of Fic T he lled curve show s the corresponding density-of-states (the projection of the data onto the $y$-axis).
vector is then govemed by the w ave equatic

$$
\begin{equation*}
r \quad \frac{1}{"(r)} r \quad H!(r)=\frac{!^{2}}{c^{2}} H!(r): \tag{2}
\end{equation*}
$$

H ere, c is the velocity of light and " is the dielectric function which we in the follow ing assum e independent of frequency by which the wave equation becom es scaleinvariant. A $l l$ the results to be presented can thus be scaled to the desired value of .

For a PCF geom etry, the cladding dielectric function " $(r)$ is periodic in the transverse plane and translational invariant along the ber-axis (the $z$-axis). T he solution is according to $B$ loch's theorem a plane wave m odulated by a function $h$ ! ( $r_{\text {? }}$ ) w th the periodicity of the dielectric structure in the transverse direction

$$
\begin{equation*}
H!(r)=h!\left(r_{?}\right) \exp (i k ? \quad r+i z): \tag{3}
\end{equation*}
$$

Substituting this ansatz into Eq we get an eigenvalue problem for! ( $\mathrm{k}_{\text {? }}$; ) which we solveby the aid of a planew ave basis (typically $128 \quad 128$ plane w aves) w ith periodic boundary condition for the dielectric function we use " = 1 in air and " $=(1: 444)^{2}=2: 085$ in silica. From a com putational point of view our sim ulations thus follow the sam e lines as those used for structures w ith circular hole

In F iq Je show photonic bands calculated for = $14: 45$ and a structure $w$ th $D==0: 96$ and $D{ }_{c}=0: 55$ (see inset of F iq . It is com m on to introduce the freespace wave-number $k=2==!=c$ and plot the effective index $=\mathrm{k}=\mathrm{c}=$ ! rather than the angular frequency !. The bands are plotted as a function of $k$ ? along the usualprincipaldirections in the B rillouin zone; from the -point to the $M$-point and via the $K$-point
back to the -poin As seen the structure exhibits a band-gap which is particular clear from the led curve which show sthe corresponding density-of-states (the projection of the data onto the y -axis). In this exam ple the band-gap is around the index of air $(=k=1)$, but in general the position and width of the band-gaps depend on the propagation constant. In Fig ve show the results of changing. The data-points result from a sam pling of the $B$ rillouin zone along the above $m$ entioned principal directions. The PBGs are those regions w ith no data-points and the solid lines indicate the corresponding band-gap edges. T he dashed line show s the air-line which passes through several band-gaps. U sually the band-gap at the longest w avelength (the low est frequency) is refereed to as the fundam ental band-gap and the other gaps are denoted higher-order band-gap T he slopes of the band-gaps are relatively large which suggest that e.g. scattering and bending-loss will increase alm ost abruptly when the w avelength approaches the band-edges.

For PBG bers with an air-co: the band-edges of guided m odes $w i l l$ to a good approxim ation be given by the interantion of the air-line w ith the cladding bandedges in Fic For the fundam entalband-gap we denote the upper and low er intersections by $u$ and ${ }_{1}$, respectively. W e have calculatod the band edges for various values of $D$ and $D_{c} ; F$ io sum $m$ arizes the results. The band-diagram s of course depend on the two param eters $D$ and $D_{c}$, but we nd that a single-param eter description of the band-edges is possible in term sof the air-lling


Fig. 3. Plot of $=k$ versus $=$ for a structure $w$ ith $D==0: 96$ and $D_{c}==0: 55$ (see inset). The datapoints result from a sam pling of the $B$ rillouin zone along the usual path from the -point to the $M$-point and via the $K$-point back to the -point. $T$ he solid lines indicate the band-gap boundaries and the dashed line $=\mathrm{k}=1$ shows the air line which passes through several bandgaps.


Fig. 4. P lot of the band-gap edges $u$ and 1 of the fundam entalband-gap as a function of air-lling fraction $f$. $T$ he dashed lines are guides to the eyes. Recent experim entaldat is also included.
fraction $\mathrm{f}, \mathrm{Eq}$.
W hen the alr-ling fraction is increased the center $c=(u+1)=2$ of the band-gap shifts tow ard shorter wavelengths. Furthem ore, the band-w idth $=$ u 1 at the sam e tim e increases and the relative hand-w idth show s a close to exponential increase (see F io i.e.

$$
=c \quad B \quad \exp \left(\begin{array}{ll}
\mathrm{A} & \left.\mathrm{f}^{2}\right) ; \tag{4}
\end{array}\right.
$$

where A and B am positive num erical coe cients. The results in F igs support the choice of high air-lling fractions forpractical bers and as seen we nd very good agreem ent betw een our num erics and recent experim ental results by Sm th et

In summary, we have shown that realistic PBG cladding structur can be represented by an \ideal" tw o-param eter description which facilitate detailed nu$m$ erical $m$ odeling. For the fundam ental band-gap the band-gap edges (the intersections w ith the air line) shiff tow ard shorter wavelengths for an increasing air- ling fraction $f$ and the band-gap also broadens signi cantly. $T$ his observation $m$ ay $m$ ake air-core P BG bers realistic for w avelengths even shorter than the 850 nm reported recently by B ouw mans et a

W e are grateful to B.H.Larsen (NKT Research) for providing SEM s of real sam ples and our colleges T.P. H ansen, J. Broeng, and G.V ienne and for stim ulating discussions on the experim entally observed structures. M. D. N ielsen acknow ledges nancial support by the $D$ anish A cadem $y$ of Technical Sciences. N. A . $M$ ortensen's e-m ail address is asger@ $m$ ailaps.org.


Fig. 5. Relative band width versus $f^{2}$. The straight dashed line indicates the close-to-exponential dependence, Eq. Recent experim ental dat is also included.

## $R$ eferences

1. R.F.C regan, B. J. M angan, J. C. K night, T.A. B irks, P. S. J. R ussell, P. J. Roberts, and D. C. A llan, Science 285, 1537 (1999).
2. J. C. K night, J. B roeng, T.A.B irks, and P.S. J. R ussell, Science 282, 1476 (1998).
3. F. Benabid, J. C. Knight, G. A ntonopoulos, and P.S.J.R ussell, Science 298, 399 (2002).
4. P. R ussell, Science 299, 358 (2003).
5. J.C.K night, N ature 424,847 (2003).
6. J. B roeng, S.E. B arkou, T. S ndergaard, and A. B jarklev, O pt. Lett. 25,96 (2000).
7. T . A. B irks, P. J. R oberts, P . S. J. R ussell, D . M . Atkin, and T.J. Shephard, E lectron. Lett. 31, 1941 (1995).
8. J.C.K night, T .A .B irks, P.S.J.R ussell, and D .M . Atkin, O pt. Lett. 21, 1547 (1996).
9. G. B ouw m ans, F. Luan, J. C. K night, P.S.J.Russel, L. Farr, B. J. M angan, and H. Sabert, Opt. E xpress 11, 1613 (2003).
10. C.M.Sm ith, N . Venkataram an, M . T . G allagher, D . M uller, J. A . W est, N . F . B orrelli, D . C . A llen, and K .W . K och, N ature 424, 657 (2003).
11. J.D. Joannopoulos, R.D.M eade, and J.N.W inn, $P$ hotonic crystals: m olding the ow of light ( P rinceton U niversity P ress, P rincton, 1995).
12. S.G .Johnson and J.D .Joannopoulos, O pt.E xpress 8, 173 (2001).
